# $\mathrm{W}=0 \mathrm{P}$ airing in $(\mathbb{N} ; \mathrm{N}) \mathrm{C}$ arbon N anotubes aw ay from H alf F illing 

Enrico P erfetto, G ianhuca Stefanucci and M ichele C ini<br>Istituto N azionale per la F isica della M ateria, D ipartim ento di F isica,<br>U niversita' di R om a T or Vergata, V ia della R icerca Scienti ca, 1-00133<br>R om a, Italy


#### Abstract

W e use the H ubbard H am iltonian H on the honeycom b lattice to represent the valence bands of carbon singlew all ( N ; N ) nanotubes. A detailed sym $m$ etry analysis shows that the m odel allows $W=0$ pairs which we de ne as tw o-body singlet eigenstates of $H$ w ith vanishing on-site repulsion. By m eans of a non-perturbative canonical transform ation we calculate the e ective interaction betw een the electrons of a $W=0$ pair added to the interacting ground state. W e show that the dressed $\mathrm{W}=0$ pair is a bound state for resonable param eter values aw ay from half lling. Exact diagonalization results for the ( 1,1 ) nanotube con m the expectations. For ( $N$; $N$ ) nanotubes of length 1 , the binding energy of the pair depends strongly on the lling and decreases tow ards a sm all but nonzero value as l! 1 . W e observe the existence of an optim al doping when the number of electrons per $C$ atom is in the range 1.21 .3 , and the binding energy is of the order of $0.1 \quad 1 \mathrm{meV}$.


## I. IN TRODUCTION

A fter the discovery of carb on nanotubes $\left[{ }_{[1]}^{[ }\right]$the interest in such system $s$ has been stim ulated by their anom alous nom al properties $\left[\begin{array}{l}12\end{array}\right]$ and by the recently reported superconductivity $\left[\frac{1}{3}\right]$. Indeed there has been grow ing evidence of superconducting uctuations in single-w all carbon nanotubes placed betw een superconducting


A singlew all carbon nanotube ( SW NT ) is a graph ite sheet w rapped onto a cylinder. The carbon atom p are arranged on the sites of a honeycom b lattice. T he tw o prim itive B ravais lattige vectors are $a \quad=(d=2)(1 ; 3)$, where $d=\overline{3}$ is the nearest neighbor carbon separation, see $F i g$. $\left[\bar{I}_{1}^{1}\right)$. A SW NT is characterized by a pair of integens $(\mathbb{N} ; M)$ which speci es the w rapping: the cylinder has the axis running penpendicular to $N a_{+}+M a$, so that atom s separated by $\mathrm{N} \mathrm{a}+\mathrm{M}$ a are identi ed. Only in recent years, was it possible to study the electron ic properties of atom ically resolved SW NT's; it w as found $\underline{17} 1 \mathrm{l}$ that they are strongly dependent on the integers $N$ and $M$.
 \zig-zag" ( $N$; $N$ ) ones [which are the sam e asthe $(\mathbb{N} ; 0)$ tubes] are insulators or sem iconductors. H ow ever, the C oulom b interaction cannot be neglected [10] [1]]. D ue to the quasione-dim ensionalstructure, the SW N T's are believed to exh ibit non Ferm iliquid behaviour [12]. T he band structure of the arm chair nanotubes suggests [13 ${ }^{-1}$ ] [114] that near half-lling the low -energy e ective H am iltonian should be a four-com ponent Luttinger m odel. $T$ his theory was developed by the perturbative $R$ enorm alization $G$ roup [13] [15] and by the bosonization techn ique [16] [1] [1] in the weakly doped case, revealing the presence of a superconducting instability for shortranged interactions. Still in a one-dim ensional schem e, phonon induced pairing m echanism $s$ have also been reported [18] [19'].

On the other hand, in this exploratory paper we consider a di erent scenario in which the electron density is so far from half-lling that any one-dim ensional free-ferm ion m odelw ith a linear spectrum fails to describe the non-interacting $H$ am iltonian. This is $m$ otivated by the expectation [ $[\mathrm{G}]$ ] that an increased doping by chem ical $m$ anipulations and/or extemal elds could enhance the superconducting transition tem perature. In recent
 $H$ ubbard $m$ odelfor the $C$ uprates. H ere weshow that the sam e idea extends to the case at hand. In our approach bound electron-pairs in SW NT are obtained by a sym m etry-driven con guration interaction m echanism in which the transverse direction plays a crucial role.

In this paper, we do not (yet) inchude phonons even if we acknow ledge that their contribution could be relevant. H ow ever, on one hand, we wish to explore an electronic mechanism which per se leads to bound pairs. On the other hand, any mechanism in low-dim ensional system $s$, like the $C$ uprates and nanotubes, m ust overcom e som ehow the problem of the repulsion betw een con ned charges. This is an obvious di erence com pared to the traditional superconductors where pairs have hundredes of A ngstrom of space to delocalize. $T$ he notion that pairing can arise by a purely electronic $m$ echan ism, i.e. from purely repulsive electron-electron
interactions, was put forth by $K$ ohn and Luttinger long ago [22]. They suggested that for large odd values of the relative angular m om entum tw o electrons could stay enough far apart from each other to take advantage of the Friedel oscillations of the screened C oulom b potential. In our approach, based on a 2 d H ubbard m odel, the rst-order C oulom b repulsion is rem oved by sym m etry.


F IG.1. Illustration of the honeycom b lattice. The sites a (em pty dots ) and b (full dots ) constitute the basis of each unit cell. $W$ e $x$ the origin in an a site. The $(\mathbb{N} ; M$ ) nanotube is obtained by identifying sites separated by $\mathrm{Na} \mathrm{a}_{+}+\mathrm{Ma}$.

The plan of the paper is the follow ing. In Section arm chair ( $\mathrm{N} ; \mathrm{N}$ ) SW NT and we introduce som e usefill notations. In Section 'III' we use a general theorem to obtain all the tw o-body singlet eigenstates of $H$ w ith vanishing $H$ ubbard repulsion ( $W=0$ pairs). W e exploit the Space G roup sym $m$ etry of the system to get all the $W=0$ pairs $w$ ith zero totalm om entum_. $R$ em arkably,
 a non-perturbative canonical transform ation to dealw ith the e ective interaction betw een the electrons of a $W=0$ pair added to the $m$ any-body ground state. Since the tw o extra particles cannot interact directly by de nition of $W=0$ pair, their e ective interaction com es out from virtual electron-hole excitation exchange w ith the Ferm isea and in principle can be attractive. In Section V' we consider the ( $1 ; 1$ ) nanotube, w ith length $l=2 \mathrm{~d} . \mathrm{T}$ his system has 8 sites and is the sm allest nanotube-like cluster show ing the superconducting_W $=0$ pairing. T herefore, it represents a very good probe to test the pairing $m$ echan ism described in Section $\operatorname{IV} \mathbf{I}^{\prime}$, since we can com pare exact diagonalization results with the analytic ones. In Section $\mathbb{V} \ddagger$ we apply the canonical transform ation approach to study the ( $N$; $N$ ) nanotubes of nite length and periodic boundary conditions. W e obtain a Cooper-like equation for the binding energy of the $W=0$ pair which is num erically solved for $2 \mathrm{~N} \quad 6$ and length lup to 32 d ; the results are then extrapolated to study the dependence of on the radius of the tube and on the Ferm ienergy in the $\lim$ it of in nite length. Finally the conclusion are draw $n$ in Section IV II.

## II. H U B BARD M ODELON THESW NT

The four outer-shell electrons of each carbon atom form three $\mathrm{sp}_{2}$ bonds and a resonant bond w ith the rem aining $p_{z}$ electron. A sim ple description consists of a tight-binding $H$ am iltonian where only the $p_{z}$ orbital is taken into account:

X X

$$
\begin{equation*}
\mathrm{H}_{0}=\mathrm{t}_{\mathrm{hr} ; \mathrm{r}^{0} \mathrm{i}}^{\wedge} \quad \mathrm{C}_{\mathrm{r}}^{\mathrm{y}} ; \mathrm{C}_{\mathrm{r}} 0 ;+\mathrm{h}: \mathrm{c}: \text {; } \tag{1}
\end{equation*}
$$

where $\mathrm{c}_{\mathrm{r}}^{\mathrm{y}}$ ( $\mathrm{c}_{\mathrm{r}}$; ) is the creation (annihilation) operator of an electron of spin on the honeycom $b$ site $r$, the sum runs over the pains $h r ; r^{0} i$ of nearest neighour carbon atom $s$ and $t$ is the hopping param eter. T he on-site C oulom b repulsion is

$$
\mathrm{W}=\mathrm{U}^{\mathrm{X}}{ }_{\mathrm{r}}^{\hat{\mathrm{n}}_{\mathrm{r} ; "} \mathrm{n}_{\mathrm{r}} ; \# ;}
$$

where $\hat{n}_{r} ;=c_{r}^{y} ; C_{r}$; is the num ber operator referred to the site $r$ and to the spin . The full $H$ am iltonian reads

$$
\begin{equation*}
\mathrm{H}=\mathrm{H}_{0}+\mathrm{W}: \tag{3}
\end{equation*}
$$

A lthough the the point sym $m$ etry $G$ roup of the graphite layer is $D{ }_{6 h}$, the sim pli ed $H$ ubbard $H$ am iltonian in Eq. (trin ) has $\mathrm{C}_{6 \mathrm{v}}$ sym m etry since the ferm ionic operators are taken to be even under re ection with respect to the plane; for a SW NT only $\mathrm{C}_{2 \mathrm{v}}$ point symmetry rem ains, due to the wrapping. $\mathrm{The} \mathrm{C}_{2 \mathrm{v}} \mathrm{G}$ roup is abelian and its table of characters is

| $\mathrm{C}_{2 \mathrm{v}}$ | 1 | $\mathrm{C}_{2}$ | x | y | Sym m etry |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{A}_{1}$ | 1 | 1 | 1 | 1 | $\mathrm{x}^{2}+\mathrm{y}^{2}$ |
| $\mathrm{~A}_{2}$ | 1 | 1 | -1 | -1 | $\mathrm{x}=\mathrm{y}$ |
| $\mathrm{B}_{1}$ | y | y |  |  |  |
| $\mathrm{B}_{2}$ | -1 | 1 | -1 | x |  |
| $\mathrm{B}_{2}$ | -1 | -1 | 1 | y |  |

Table I. C haracter table ot the $\mathrm{C}_{2 \mathrm{v}}$ sym m etry group. H ere 1 denotes the identity, $\mathrm{C}_{2}$ the 180 degrees rotation, x and y the re ections w th respect to the $\mathrm{x}=0$ and $\mathrm{y}=0$ axes respectively. T he $\mathrm{C}_{2 \mathrm{v}}$ sym m etry group is A belian and hence has four one-dim ensional irreducible rapresentations (irreps) denoted by $A_{1}, A_{2}, B_{1}, B_{2}$. In the last colum $n$ simple basis functions for each irrep are show $n$.

Below, we shall diagonalize the kinetic term $H_{0}$ and introduce som e useful notation. Let us write the
 the origin at an a site, and therefore any $R$ translation $w$ ill take us to another a site; to get a b site one $m$ ust translate by $R \quad\left(0 ; \frac{d}{2}\right)$. It is conven ient to renam e the creation operators on the site $r$ by distinguishing the a sites from the $b$ sites:

$$
C_{r}^{y}=\begin{array}{lll}
\left(\begin{array}{ll}
(a)^{y} & \text { if } \\
C_{R}^{(b)} & \\
C_{R}^{y} & \text { if } \\
r=R & \left(0 ; \frac{d}{2^{2}-\frac{1}{3}}\right):
\end{array} .\right. \tag{4}
\end{array}
$$

where the spin index is om itted for the sake of sim plicity. Let us introduce the B loch creation operators

$$
c_{k}^{()^{y}}=X_{R}^{\text {X }} u^{()}(k ; a) c_{R}^{(a)^{y}}+u^{()}(k ; b) c_{R}^{(b)^{y}} e^{i k}{ }^{i} ;
$$

w ith

$$
\begin{array}{cc}
u & (k ; a)  \tag{6}\\
u & (k ; b)
\end{array}=\frac{1}{4 N L} \quad \frac{1}{\frac{j A(k) j}{A(k)}}
$$

and

$$
\begin{equation*}
A(k)=1+2 e^{i \frac{d}{2}\left(\frac{p}{3} k_{y}\right)} \cos \frac{d k_{x}}{2}: \tag{7}
\end{equation*}
$$

The kinetic term $H_{0}$ can be written in a diagonal form as
where

$$
\begin{equation*}
"(k)=t-4+4 \cos ^{2} \frac{k_{x} d}{2}+4 \cos \frac{k_{x} d}{2} \cos \frac{k_{y}^{P} \overline{3} d}{2} ; \tag{9}
\end{equation*}
$$

are the bonding ( - ) and antibonding (+ ) bands.
The H ubbard interaction becom es

$$
\begin{aligned}
& \mathrm{k}_{1} ; \mathrm{k}_{2} ; \mathrm{k}_{3} ; \mathrm{k}_{4} 1 ; 2 ;{ }_{3} ; 4
\end{aligned}
$$

where

$$
\mathrm{U}_{1 ; 2 ; 3 ; 4}\left(\mathrm{k}_{1} ; \mathrm{k}_{2} ; \mathrm{k}_{3} ; \mathrm{k}_{4}\right)=\mathrm{U}_{=\mathrm{a} ; \mathrm{b}}^{\mathrm{X}} \mathrm{u}^{\left({ }_{1}\right)}\left(\mathrm{k}_{1} ;\right) \mathrm{u}^{(2)}\left(\mathrm{k}_{2} ;\right) \mathrm{u}^{(3)}\left(\mathrm{k}_{3} ;\right) \mathrm{u}^{(4)}\left(\mathrm{k}_{4} ;\right)_{G}\left(\mathrm{k}_{1}+\mathrm{k}_{2} \quad \mathrm{k}_{3} \quad \mathrm{k}_{4}\right)
$$

and $G(k)$ is 1 if $k$ is a reciprocal lattice vector $G$ and zero otherw ise; in the $(\mathbb{N} ; N)$ nanotubes $G=n G++$ $m \mathrm{G} \quad$, w ith n and m integers, and $G=\frac{2}{d}\left(1 ; \frac{1}{3}\right)$. For the $(N ; N)$ nanotubes of length $l=L d$ and periodic boundary conditions along the $\hat{x}$ direction the $k$-vectors are quantized as

$$
\begin{equation*}
k_{x}=\frac{2}{L d} m_{x} ; \quad m_{x}=0 ; 1 ;::: ; L \quad 1 ; \quad k_{y}=\frac{2}{3} \frac{1}{N d} m_{y} ; \quad m_{y}=0 ; 1 ;::: ; 2 N \quad 1: \tag{12}
\end{equation*}
$$

For $k=\left(\frac{2}{3 d} ; \frac{2}{3} d\right) \quad k$ the bonding and antibonding bands touch each other and " $(k)=0$ linearly.
In the next Section we show that the H am iltonian in Eq. (3) adm its tw obody singlet eigenstates w ith no double occupancy on the honeycomb sites and we shall refer to them as $W=0$ pairs. $W=0$ pairs are therefore eigenstates of the kinetic energy operator in Eq. (li) and of the H ubbard repulsion W of Eq. (10) w ith van ishing eigenvalue of the latter. T he particles form ing a $W=0$ pair have no direct interaction and are the
 note that such states are involved in the antiferrom agnetic ground state of H ubbard and related m odels at half lling [24

## III. $W=0$ PA $\mathbb{R} S \mathbb{N} T H E A R M C H A \mathbb{R}(\mathbb{N} ; N) S W N T$

$W$ e obtained $\left[\begin{array}{ll}{[1]}\end{array}\right]\left[\begin{array}{l}-1 \\ 2\end{array}\right]$ a pow erful and elegant criterion to get all the $W=0$ pairs. $W$ e can do that in term $s$ of the Optim al $\bar{G}$ roup $G$ of the $H$ am iltonian, that we de ne as a sym $m$ etry $G$ roup which is big enough to justify the degeneracy of the single particle energy levels. By de nition, every one-body eigenstate of $H$ can be classi ed as belonging to one of the irreducible representations (irreps) of $G$. W e m ay say that an irrep is represented in the one-body spectrum of $H$ if at least one of the one-body levels belongs to. Let E be the set of the irreps of $G$ which are represented in the one-body spectrum of $H$. Let $j i b e a t w o-b o d y ~ e i g e n s t a t e ~$ of the kinetic energy $H_{0}$ w ith spin $S_{z}=0$. Then, it holds the
$\mathrm{W}=0 \mathrm{~T}$ heorem :

$$
\begin{equation*}
z E, W P^{()} j i=0 \tag{13}
\end{equation*}
$$

where $P^{(')}$ is the projection operator on the irrep. In other term $s$, any nonvanishing projection of $j$ i on an irrep not contained in $E$, is an eigenstate of $H_{0}$ w ith no double occupancy. The singlet com ponent of th is state is a $W=0$ pair. C onversely, any pair belonging to an irrep represented in the one-body spectrum $m$ ust have positive $W$ expectation value.

The com plete characterization of the sym metry of $W=0$ pains requires the know ledge of the Optim al $G$ roup $G$. A partialuse of the theorem is possible if one does not know $G$ but know sa subgroup. It is then still granted that any pair belonging to an irrep of the subgroup not represented in the spectrum has the $W=0$ property. O $n$ the other hand, accidental degeneracies occur with a subgroup of the O ptim alG roup, because by $m$ ixing degenerate pairs belonging to irreps represented in the spectrum one can nd $W=0$ pairs also there. T his is illustrated by the exam ple reported in Section $N$.

Below, we shall apply the $W=0 \mathrm{~T}$ heorem in the $(\mathbb{N} ; \mathrm{N}) \mathrm{SW} N \mathrm{~T}$ to obtain $\mathrm{W}=0$ pairs of zero total$m$ om entum . Let joi denote the electron vacuum. Exploiting the invariance of the $H$ am iltonian under translations and $C_{2 v}$-operations the determ inantal state $\mathrm{c}_{\mathrm{k} ; " \mathrm{C}}^{\mathrm{y}}{ }_{\mathrm{k} ; \#}{ }^{\prime}$ joi y ields nothing if pro jected onto an irrep of the Space G roup w ith non-zero mom entum. D irect inspection of the B loch functions in Eq. ( $\mathrm{\sigma}_{1}$ ) show s that the $k=0$ irreps represented in the one-body spectrum are $B_{2}$ in the bonding band and $A_{1}$ in the antibonding band; hence, $W=0$ pairs $m$ ay be obtained by projecting onto $A_{2}$ and $B_{1}$. Let us consider the tw o-electron singlet state of vanishing $m$ om entum :

$$
\begin{align*}
& \left.=\frac{1}{P_{2}} u(k ;)_{1}\right) u\left(k ;_{2}\right) e^{i k\left(R_{1} R_{2}\right)}+u(k ; 2) u(k ; 1) e^{i k\left(R_{1} R_{2}\right)} 0 \text {; } \tag{14}
\end{align*}
$$

where 0 is a singlet spin function and for $i=1 ; 2_{i}=a ; b$. The projection onto the irrep of $C_{2 v} y$ ields
where ( ) $(\hat{O})$ is the character in of the operation $\hat{O}$ of $C_{2 v}$.W hile ${ }^{\left[B_{1}\right]}=0$, after som e algebra one nds

$$
\begin{aligned}
& \underset{1 ; 2}{\left[A_{2}\right]}\left(\mathrm{k} ; \mathrm{R}_{1} ; \mathrm{R}_{2}\right)=\sin \left(\mathrm{k}_{\mathrm{x}}\left(\mathrm{X}_{1} \quad \mathrm{X}_{2}\right)\right) \\
& \frac{1}{2} u(k ; 1) u(k ; 2) e^{i k_{y}\left(Y_{1} Y_{2}\right)} u(k ; 2) u(k ; 1) e^{i k_{y}\left(Y_{1} Y_{2}\right)} 0 \text {; (16) }
\end{aligned}
$$

where $R_{i ; j}=\left(X_{i ; j} ; Y_{i ; j}\right)$. We can verify by direct inspection that ${ }_{\left[A_{2}\right]}^{1 ; 2}\left(k ; R_{1} ; R_{2}\right)$ vanishes for $X_{1}=X_{2}$, that is the tw oboody singlet $w$ avefunction vanishes if the particles lie on the sam e annulus of the ( $N$; $N$ ) tube. A s a consequence ${ }_{1}^{\left[A_{2}\right]}\left(k ; R_{1} ; R_{2}\right)$ is an eigenstate of the kinetic energy $H_{0}$ [w ith eigenvalue 2 " $\left.\left.(k)\right)\right]$ and of the on-site $H$ ubbard repulsion $W$ w ith vanishing eigenvalue of the latter, that is ${ }_{1}^{\left[A_{2}\right]}\left(k_{2} ; R_{1} ; R_{2}\right)$ is a $W=0$ pair.
$W=0$ pairs of non-vanishing totalm om entum $m$ ay be obtained in a sim ilar way; how ever, in this prelim inary work we concentrate on pairs of vanishing totalm om entum.

## IV.CANONICALTRANSFORMATIONAPPROACHTOTHEPAIRINGMECHANISM

In th is Section we intend to study the e ective interaction am ong the electrons of a $W=0$ pair added to the n -body interacting ground state $j o(n) i$. Since the two extra particles cannot interact directly by de nition of $W=0$ pair, their e ective interaction com es out from virtual electron-hole excitation exchange $w$ ith the Ferm isea and in principle can be attractive.
$M$ any con gurations contribute to the interacting $(n+2)$-body ground state jo(n +2 )i and we need a com plete set $S$ to expand it exactly; as long as it is complete, however, we can design $S$ as we please. W e can take the non-interacting $n$-body Ferm isphere $j o(n) i$ as our vacuum and build the com plete set in term $s$ of excitations over it. In the subspace w ith vanishing spin z com ponent, the sim plest states that enter the con guration $m$ ixing are those obtained from $j o(n) i b y$ creating two extra electrons over it; we denote w ith in i these states. Sim ilarly, along $w$ ith the pair $m$ states, we introduce the 4 boody states, obtained from $j o(n) i$ by creating 2 electrons and 1 electron-hole (e-h) pair. Then $S$ includes the 6-body states having 2 electrons and 2 e-h pairs, and so on. W e are using $G$ reek indices for the con gurations containing the electron-hole pains, which here are playing largely the sam erole as phonons in the cooper theory. By $m$ eans of the com plet set $S$ we now expand the interacting ground state

$$
j \circ(n+2) i={ }_{m}^{X} a_{m} \text { in i+ }{ }^{X} \text { a ji+ }{ }^{X} \text { a ji+ :::: }
$$

and set up the Schrodinger equation

$$
\begin{equation*}
H j \circ(n+2) i=E(n+2) j \circ(n+2) i: \tag{18}
\end{equation*}
$$

$W$ e stress that Eq. $\left(\underline{1}-1 \mathbf{T}_{1}\right)$ is con guration interaction, not a perturbative expansion. W hen the num ber $n$ of electrons in the system is such that $j o(n) i$ is a single non-degenerate determ inant (the Ferm i surface is totally lled), we can easily and unam biguously de ne and calculate the e ective interaction betw een the two extra electrons since the expansion in Eq. (171) for the interacting ground state is unique: this is done by a canonical transform ation $\left.\left[\begin{array}{cc}20\end{array}\right], 2_{2}^{-1}\right],\left[34_{1}^{-1}\right]$ from the $m$ any-body H am iltonian of $\mathrm{Eq} \cdot\left(3_{1}^{-1}\right)$. W e consider the e ects of the operators $H_{0}$ and $W$ on the term sof $j_{0}(n+2) i . C h o o s i n g$ the $m, \quad,::$ states to be eigenstates of the kinetic energy $\mathrm{H}_{0}$ we have

Since W can create or destroy up to 2 e-h pairs, its action on an $m$ state yields

$$
\begin{equation*}
W \text { in } i={ }_{m 0}^{X} W_{m}{ }^{0} ; m \text { in }{ }^{0} i+{ }^{X} \quad W \quad ; \quad j i+{ }^{X} \quad W ; m j i: \tag{20}
\end{equation*}
$$

The action of $W$ on the states yields
where scattering betw een 4-body states is allowed by the second term, and so on. In this way we obtain an algebraic system for the coe cients of the con guration interaction of Eq . (17 $\mathrm{I}_{1}^{-1}$ ). H ow ever to test the instability of the Ferm i liquid tow ards pairing it is su cient to study the amplitudes $\bar{a} m$ of the $m$ states. In the $w e a k$ coupling lim it this can be done by truncating the expansion in Eq. (17) to the states because, as we have
show $n[2]$ ], the inclusion of the ; ;:: states produces a E-dependent renorm alization of the $m$ atrix elem ents of higher order in $W$, leaving the structure of the equations unaltered.

By taking a linear combination of the states in such a way that

$$
\begin{equation*}
\left(\mathrm{H}_{0}+\mathrm{W}\right) ; 0=\mathrm{E}^{0} \tag{22}
\end{equation*}
$$

the algebraic system reduces to

$$
\begin{gather*}
\left.\mathbb{E}_{m} \quad E(n+2)\right] a_{n}+{ }_{m 0}^{X} a_{m} \circ W_{m ; m} 0+{ }^{X} a W_{m} ;=0 \\
E^{0} E(n+2) a+X_{m 0} a_{m} \circ W ; m 0=0:
\end{gather*}
$$

Solving for a and substituting in $\mathrm{E}_{\mathrm{P}} \mathrm{C}$. (23) we exactly decouple the 4 -body states as well, ending up with an equation for the dressed pair $j i={ }_{m} a_{m}$ jn . The e ective Schrodinger equation for the pair reads

$$
\begin{equation*}
\left.\left(H_{0}+W+S \mathbb{E}\right]\right) j i \quad H_{\text {pair }} j i=E j i \tag{25}
\end{equation*}
$$

where

$$
\begin{equation*}
(S \mathbb{E}])_{\mathrm{m} ; \mathrm{m}} 0=\mathrm{X} \frac{\mathrm{~W}_{\mathrm{m} ;} \mathrm{W}_{; \mathrm{m}}{ }^{0}}{\mathrm{E}^{0} \mathrm{E}}: \tag{26}
\end{equation*}
$$

is the scattering operator. The $m$ atrix elem ents $W m ; m$ in $E q$. (25) $m$ ay be $w$ ritten as the sum of two term $s$ representing the direct interaction $W_{m ; m}^{(d)}$. am ong the particles form ing the pair and the nst-order self-energy $\mathrm{W}_{\mathrm{m}}$ :

$$
\begin{equation*}
\mathrm{W}_{\mathrm{m} ; \mathrm{m}} 0=\mathrm{W}_{\mathrm{m} ; \mathrm{m}}^{(\mathrm{d})} \mathrm{D}_{\mathrm{m} ; \mathrm{m}} \circ \mathrm{~W}_{\mathrm{m}}: \tag{27}
\end{equation*}
$$

A nalogously in $S \mathbb{E}]$ we $m$ ay recognize two di erent contributions; one is the true e ective interaction $W$ e betw een the electrons of the $m$ states, while the other one is the forw ard scattering term $F$

$$
\begin{equation*}
S_{m ; m} 0=(W e)_{m ; m^{2}} 0+F_{m ; m} 0: \tag{28}
\end{equation*}
$$

The rst-order selfenergy and the forw ard scattering term are diagonal in the indices $m$ and $m{ }^{0} . W_{m}$ and $F_{m}$ renorm alize the non-interacting energy $E_{m}$ of the $m$ states:

$$
\begin{equation*}
E_{m}!E_{m}^{(R)}=E_{m}+W_{m}+E_{m}: \tag{29}
\end{equation*}
$$

Eq. (25) is of the form of a Schrodinger equation $w$ ith eigenvalue $E(n+2)$ for the added pair $w$ ith the interaction $W^{(d)}+W$ e. $H$ ere the $W=0$ pairs are specialbecause $W{ }^{(d)}$ vanishes. $W$ e interpret $a_{m}$ as the $w$ ave function of the dressed pair, which is acted upon by an e ective $H$ am iltonian $H$ pair. This way of looking at Eq. ( $25_{1}^{\prime}$ ) is perfectly consistent, despite the presence of the many-body eigenvalue $E(n+2)$. Indeed, if the interaction is attractive and produces bound states the spectrum of Eq. (25-1) contains discrete states below the threshold of the continuum (tw o-electron Ferm ienergy). T his is a clear-cut criterion for pairing, which is exact in principle. $T$ he threshold is given by

$$
\begin{equation*}
\left.E_{F}^{(R)} \quad \min _{f m} \mathbb{E}_{\mathrm{m}}^{(\mathrm{R})}(\mathrm{E})\right] ; \tag{30}
\end{equation*}
$$

which contains all the pairw ise interactions except those betw een the particles in the pair; it $m$ ust be deter$m$ ined once Eq. (251) has been solved (since F depends on the solution). The ground state energy E m ay be conven iently written as $\mathrm{E}_{\mathrm{F}}^{(\mathrm{R})}+\quad . \quad<0$ indicates a C ooper-like instability of the norm al Ferm iliquid and its $m$ agnitude represents the binding energy of the pair.

W e em phasize the fact that in principle the canonical transform ation is exact because in this way our fram ew ork does not require $U=t$ to be $s m$ all. The next problem is how to nd a practical estim ate of the renorm alized Ferm i energy. In the num erical calcu lations, som e approxim ation is needed. In Section $\mathbb{V}$ $\stackrel{V}{V} \ddagger$, we shall com pute the bare quantities; that is, we shall neglect the 6-body and higher excitations in the calculation of We and $F$. This is a resonable approxim ation if we com pute sm all corrections to a Ferm i liquid background and the exact num erical results in the $(1 ; 1)$ nanotube suggest that th is is the case, see Section $V$.

W e want to stress that once the expansion of $j o(n+2) i$ in Eq. (17 $\mathbf{I}_{1}$ ) is truncated as speci ed above we do not need to construct a good approxim ation of the interacting ground state wave function in order to get the $a_{m}$ am plitudes at weak coupling; in this way we obtain inform ation about pairing.

There is evidence from chuster calculations that pairing can arise in the repulsive H ubbard m odel $\left[\begin{array}{ll}-1 \\ 23^{\prime}\end{array}\right]\left[\begin{array}{ll}1 \\ 30\end{array}\right]$ $\left[\begin{array}{ll}{[1]}\end{array}\right]$. In this Section we shall consider the $(1 ; 1)$ nanotube, $w$ ith $l=2 d$ and periodic boundary conditions, see Fig (2la). This system has 8 sites and is the sm allest nanotube-like cluster show ing the superconducting $\underline{W}=0$ pairing. Therefore, it represents a very good probe to test the pairing $m$ echanism show $n$ in Section 'IVI'_ since we can com pare exact diagonalization results $w$ ith the analytic approxim ations of the canonical transform ation.


$$
\begin{equation*}
\sim(n+2)=E(n+2)+E(n) \quad 2 E(n+1): \tag{31}
\end{equation*}
$$

$w$ here $E(n)$ is the ground state energy with $n$ electrons (referenced to the electron vacuum ). $j^{\sim}(n+2) j$ is one de nition of the pairing energy. This de nition is sim ple, but requires com puting the eigenvahes w ith great accuracy, and has several draw backs. It says nothing about the dynam ics which leads to pairing. M oreover, generally a negative ~ does not unam biguously im ply pairing, and further problem s arise since the above de nition depends on the com parison of system $s w$ th di erent $n$.
$H$ ow ever, in several studies of $W=0$ pairing in nite system $s w h e n$ it was possible to com pute ~ by exact diagonalization we pointed out [211] [23] [341] that at least at weak coupling it agrees well w ith as obtained by the canonical transform ation. This supports the application of Eq. (31).

Below we perform a group-theoretical analysis and obtain $W=0$ pairs by exploiting the $W=0 \mathrm{~T}$ heorem. N ext, we com pute the interacting ground state energy w ith 2, 3 and 4 electrons by exact num erical diagonalization in order to get $\sim(4)$. Finally the canonical transform ation is applied to evaluate (4) which will be com pared w ith $\sim(4)$.

## A. Sym m etry P roperties and $W=0$ P airs

The F inst B rillouin Zone (FBZ) consists of 4 points and since there are two atom $s$ in the unit cell, tw o bands result. The sym $m$ etry properties of this system are intriguing: it is not only invariant under the operations of the Space $G$ roup (translations and $C_{2 v}$-operations), but also under the dynam ical operation $d$ show $n$ in Fig. (2lb). The dynam ical operation $d$ is rem in iscent of a sim ilar sym $m$ etry which m ust be taken into account to understand the degeneracies in the $4 \quad 4 \mathrm{H}$ ubbard model [21].

(a)

(b)

FIG.2. (a) The $H$ ubbard $m$ odel of the $(1,1)$ nanotube; the dashed lines denote hopping interactions due to the w rapping. (b) Tllustration of the dynam ical sym $m$ etry $d$; the sites $1,8,7,6$ undergo a clockw ise rotation while the sites 3,2,5,4 a counterclockw ise rotation. O ne can see by direct inspection that the nearest neighbours of each site are the sam e of Fig. (2 $\left.{ }^{\prime} \cdot a\right)$.

Including $d$ and closing the $m$ ultiplication table we obtain a sym $m$ etry $G$ roup $G$ with 48 elem ents in 10 classes as shown in T able II.

| $\mathrm{C}_{1}$ | $\mathrm{C}_{2}$ | $\mathrm{C}_{3}$ | $\mathrm{C}_{4}$ | $\mathrm{C}_{5}$ | $\mathrm{C}_{6}$ | $\mathrm{C}_{7}$ | $\mathrm{C}_{8}$ | $\mathrm{C}_{9}$ | $\mathrm{C}_{10}$ |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| 1 | $\mathrm{C}_{2}$ | x | y | $\mathrm{x} \mathrm{t}_{1 ; 0}^{2}$ | $\mathrm{t}_{1 ; 0}^{2}$ | $\mathrm{t}_{1 ; 0}$ | d | $\mathrm{C}_{2} \mathrm{~d}$ | y |

Table II. Top row: symbols of the 10 classes $C_{i}$ of $G$; bottom row : one typical operation for each of the classes; the others can be obtained by con jugation. The operations are: the identity 1 , the translation $t_{n} ; m$ of $n$ steps along $a_{+}$and
$m$ along $a ; d$ is the dynam ical sym $m$ etry. The other operation $C_{2}, C_{4}, x, y$ are those of the $G$ roup of the rectangle and are referenced to the centre $c$ of $F$ ig ( $\left(_{1}^{\prime} \cdot a\right)$.

In Table III we report the character table of the fill sym m etry $G$ roup $G$ of the $(1 ; 1)$ nanotube of length $l=2 \mathrm{~d}$.

| G | $\mathrm{C}_{1}$ | $\mathrm{C}_{2}$ | $\mathrm{C}_{3}$ | $\mathrm{C}_{4}$ | $\mathrm{C}_{5}$ | $\mathrm{C}_{6}$ | $\mathrm{C}_{7}$ | $\mathrm{C}_{8}$ | $\mathrm{C}_{9}$ | $\mathrm{C}_{10}$ |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- |
| $\mathrm{~A}_{1}$ | 1 | 1 | 1 | 1 | 1 | 1 | 1 | 1 | 1 | 1 |
| $\mathrm{~A}_{2}$ | 1 | 1 | -1 | -1 | -1 | 1 | -1 | 1 | 1 | -1 |
| $\mathrm{~B}_{1}$ | 1 | -1 | 1 | -1 | 1 | 1 | -1 | -1 | 1 | 1 |
| $\mathrm{~B}_{2}$ | 1 | -1 | -1 | 1 | -1 | 1 | 1 | -1 | 1 | -1 |
| $\mathrm{E}_{1}$ | 2 | 0 | 2 | 0 | 2 | 2 | 0 | 0 | -1 | -1 |
| $\mathrm{E}_{2}$ | 2 | 0 | -2 | 0 | -2 | 2 | 0 | 0 | -1 | 1 |
| $\mathrm{~T}_{1}$ | 3 | 1 | -1 | 1 | 3 | -1 | -1 | -1 | 0 | 0 |
| $\mathrm{~T}_{2}$ | 3 | -1 | -1 | -1 | 3 | -1 | 1 | 1 | 0 | 0 |
| $\mathrm{~T}_{3}$ | 3 | -1 | 1 | 1 | -3 | -1 | -1 | 1 | 0 | 0 |
| $\mathrm{~T}_{4}$ | 3 | 1 | 1 | -1 | -3 | -1 | 1 | -1 | 0 | 0 |

$T$ able III. C haracter table ot the $O$ ptim al $G$ roup $G$. The irreps $A_{1}, A_{2}, B_{1}$ and $B_{2}$ reduce to the corresponding ones of the subgroup $C_{2 v}$ if $G$ is broken.

The one-body eigenenergies for $t=1 \mathrm{eV}$ are shown in $T a b l e ~ I V$ together $w$ th the irreps of the associated eigenvectors. From Table II and III we see that $G$ is an O ptim al G roup as de ned above.

| Q uasi-m om entum | Energy ( = ) | Irrep | Energy ( $=+$ ) | Irrep |
| :---: | :---: | :---: | :---: | :---: |
| $\mathrm{k}_{1}=(0 ; 0)$ | -3 | $\mathrm{B}_{2}$ | 3 | $\mathrm{A}_{1}$ |
| $\mathrm{k}_{2}=\left(0 ; \frac{2}{\overline{3}}\right)$ | -1 | $\mathrm{T}_{1}$ | 1 | $\mathrm{T}_{3}$ |
| $\mathrm{k}_{3}=(1 ; 0)$ | -1 | $\mathrm{T}_{1}$ | 1 | $\mathrm{T}_{3}$ |
| $\mathrm{k}_{4}=(\quad ; 0)$ | -1 | $\mathrm{T}_{1}$ | 1 | $\mathrm{T}_{3}$ |

Table IV. O ne-body spectrum for $t=1 \mathrm{eV} . T$ he energies are in eV .

In Section 'III', we have shown how to get all the $\mathrm{W}=0$ pairs of vanishing m om entum and belonging to the irrep $\mathrm{A}_{2}$ of $\mathrm{C}_{2 \mathrm{v}}$. H ow ever, the $(1 ; 1)$ nanotube is too sm all to ach ieve this kind of $\mathrm{W}=0$ pair-states and the projection on the irrep $A_{2}$ of $\mathrm{c}_{\mathrm{k} ; "}^{\mathrm{y}} \mathrm{c}_{\mathrm{k}}^{\mathrm{k}}{ }_{\mathrm{k} ; \#} \mathrm{j}$ Di is identically zero. N evertheless, th is cluster adm its $\mathrm{W}=0$-pair solutions of di erent type and they $m$ ay be obtained by applying the $\mathrm{w}_{\mathrm{K}}=0 \mathrm{~T}$ heorem 有8, which contains a very general prescription to determ ine all the $W=0$ pairs, see section

In the $(1 ; 1)$ nanotube $W=0$ pairs form ed by particles of the sam e kinetic energy $m$ ay be obtained in the
 irreps which are not represented in the one-body spectrum. In this way we nd two singlets
and three triplets
while all the other pro jections yield nothing.
In the above expressions the B loch states $\mathrm{C}_{\mathrm{k}_{\mathrm{i}}}^{\mathrm{y}}$; jOi can be taken both in the bonding and the antibonding bands (" = 1 eV respectively). In conclusionswe found that the $(1 ; 1)$ nanotube w th 8 sites has two $\mathrm{W}=0$ pairs in each band. A s already observed, such pairs have a non-vanishing totalm om entum, contrarily to the $\mathrm{w}=0$ pairs of Section III.

## B.Exact diagonalization data

$W$ e have perform ed the num erical diagonalization of the $H$ am iltonian in Eq. (3) for the ( 1 ; 1) nanotube of length 2 d and periodic boundary conditions, lled with 2; 3 and 4 electrons. $T$ he interesting case arises when the num ber ofelectrons is $n+2=4$, since the non-interacting ground state $j 0(2) i$ is a non-degenerate singlet $w$ ith vanishing $m$ om entum containing two electrons in the lowest energy level. Therefore, the two added electrons $m$ ay form $a W=0$ pair according to the result of Section $N \overline{\mathrm{~A}}$.

W e found that the interacting ground state $j o(2) i w i t h 2$ electrons is a totally sym m etric singlet with vanishing $m$ om entum for any value of the ratio $U=t$. On the other hand, $j o(3) i$ is three-fold degenerate in the sector $S_{z}=\frac{1}{2}$, w ith m om enta $\left(0 ; \frac{2}{3}\right)$, $(; 0)$ and $(\quad ; 0)$, for $U=t<10$. It belongs to the irrep $T_{1}$ in the weak coupling regim e. W ith four electrons (784 con gurations) the ground state is a doubly degenerate singlet, $w$ ith $m$ om enta $(0 ; 0)$ and $\left(0 ; \frac{r^{2}}{3}\right)$, and belongs to the irrep ${ }^{1} E_{1}$. Th is is the sym m etry of the $W=0$ pair; our approach predicts the correct sym $m$ etry of the ground state. The rst excited state w ith 4 electrons is a three-fold degenerate triplet $w$ ith mom enta $(0 ; 0),(; 0)$ and $(; 0)$ and belongs to $T$. W e show below that we are able to predict the sym $m$ etry of this state as well. W e found that there is no level-crossings up to $\mathrm{U}=\mathrm{t}<10^{5}$.

In order to study the pairing between the two added electrons, we must compute the quantity $\sim(4)=$ $E(4)+E(2) \quad 2 E(3)$, which is related to the e ective interaction according to the discussion $m$ ade at the beginning of Section $V i$. (4) has been com puted in a large range of $U=t$ values, and its trend is show $n$ in F ig. (3 $\mathrm{Z}_{1}$ ).


FIG.3. Trend of $\sim(4)$ versus $L o g ~ U=t$ for $U=t$ in the range $1 \quad 10{ }^{5}$, $\sim(4)$ is in $e V$.

For arbitrary $s m$ all values of $U=t, \sim(4)$ is negative and decreases up to a characteristic value of $U=t \quad 4 \quad 5$,
 $\sim(4)$ is a new energy scale of the system, $w$ idely di erent from any of the input param eters. For larger $U=\bar{t}$, ${ }^{\sim}(4)$ increases until $\sim(4)=0$ for $U=t \quad 14$. As far as $U=t!1,{ }^{\sim}(4)$ increases $m$ onotonically up to the asym ptotic positive value of $0: 063 \mathrm{eV}$. W e em phasize that $\sim(4)$ becom es positive for large values of $U=t$ and hence pairing disappears in the strong coupling regim e. Therefore, the above pairing m echanism cannot be related to the ones considered w ithin the fram ew ork of the $t \quad J$-like models, where an in nite $U$ is required to forbid double occupation on the sam e site and pairing is achieved by $m$ eans of residual attractive interactions.

## C. A nalytical C anon ical $T$ ran form ation : $P$ airing $M$ echan ism

In this Section we study the $(1 ; 1)$ nanotube $w$ ith 8 sites by im plem enting the canonical transform ation described in Section $\mathbb{T V}_{1}^{\prime}$ but truncated to the -states. W e shall com pare the analytic results $w$ th the num erical data obtained previously. The non-interacting Ferm i sphere jo(2)i= $\mathrm{C}_{\mathrm{k}_{1} " \mathrm{C}_{\mathrm{k}_{1} \#}^{\mathrm{y}} \text { j0i has two electrons in the }}$ low est level. Since the one-body levels are w idely separated the intra-shell interaction is $m$ uch $m$ ore im portant than the inter-shell one. T herefore, we consider only the in i states having the added pair of electrons in the low est unoccupied level of energy -1 eV , neglecting the higher-energy orbitals. W e recall that in the three-fold degenerate level w ith energy -1 eV we can w rite 5 two-body states ( 2 singlets and 3 triplets) w ithout double occupancy, see Eqs. (32rin). H ence, we may further reduce the set of the $m$ states in the expansion of the interacting ground state jo(4)i [see Eq. (17)] by dropping the ones w ith non-zero direct interaction (w hich are expected to have $w$ rong sym $m$ etries to be the ground state). A conven ient basis for the analytic evaluation of
the $m$ atrix elem ents $W_{m ; m} 0$ and $\left.(S \mathbb{E}]\right)_{m ; m} \circ$ (see below) is obtained in term $S$ of the creation operators
$T$ he determ inantal states

$$
\begin{equation*}
\min _{1} i=f_{1 ; "}^{Y} f_{2 ; \#}^{Y} j \circ(2) i ; \quad \text { in }{ }_{2} i=f_{2 ; "}^{Y} f_{1 ; \#}^{Y} j \circ(2) i \tag{38}
\end{equation*}
$$

have projection only on the the rst component of $\mathrm{E}_{1}$ and on the rst component of $\mathrm{T}_{2}$, and are m ixed by the operators $W$ and S E ] in Eq. (251). Indeed, the sym m etric com bination of in $\mathcal{I}_{1} i$ and in $2 i y i e l d s ~ j{ }_{1}^{1} E_{1}$ i of
 reduces to:

$$
\begin{array}{ccc}
E_{m_{1}}+W_{m_{1}}+F_{m_{1}} & (W e)_{m_{1} ; m_{2}} & a_{m_{1}}  \tag{39}\\
(W e)_{m_{2} ; m_{1}} & E_{m_{2}}+W_{m_{2}}+F_{m_{2}} & a_{m_{2}}
\end{array}=E \begin{aligned}
& a_{m_{1}} \\
& a_{m_{2}}
\end{aligned} ;
$$

$w^{\prime}$ here we have taken into account that $W^{(d)}=0 \operatorname{since}^{\left(m_{1} i\right.}$ and in $i_{2} i$ have no-direct interaction and that the diagonal part of the e ective interaction $W$ e vanishes due to the $P$ auliprincipler 1. W e perform ed the sum in Eq.(261) over the states analytically using non renorm alized -state energies, which is justi ed at least in the weak-coupling regim e. As a consequence of the fact that ( $W$ e $)_{m ; m}=0$ the forw ard scattering term turms out to be given by

$$
\begin{equation*}
\left.\left.\mathrm{F}_{\mathrm{m}}=(\mathrm{SE}]\right)_{\mathrm{m} ; \mathrm{m}}=\frac{\mathrm{U}^{2}}{8} \quad \frac{1}{2 \mathrm{E}}+\frac{1}{\mathrm{E}+4 \mathrm{t}} \quad \mathrm{fE}\right] \tag{40}
\end{equation*}
$$

and it is independent of the pair index m . The rst-order selfenergy $\mathrm{W}_{\mathrm{m}_{1}}$ is equal to $\mathrm{W}_{\mathrm{m}_{2}}$ and we defer the reader to Section $\stackrel{\Gamma}{V} \ddagger$ for the proof in a m ore general case; here we lim it to w rite the nal result

$$
\begin{equation*}
\mathrm{W}_{\mathrm{F}} \quad \mathrm{~W}_{\mathrm{m}_{1}}=\mathrm{W}_{\mathrm{m}_{2}}=\frac{3 \mathrm{U}}{32}: \tag{41}
\end{equation*}
$$

The o -diagonal matrix elem ents $\left.(\mathbb{W} e)_{m_{1} ; m_{2}}=\left(W_{e}\right)_{m_{2} ; m_{1}} \quad W_{e} \mathbb{E}\right]$ are responsible for a spin- ip-like e ective interaction due to the structure of the states $m_{1}$ and $m_{2}$. Perform ing the sum over the states and taking the bare energies $E$ we get

$$
\begin{equation*}
\left.\mathrm{w}_{\mathrm{e}} \mathbb{E}\right]=\frac{\mathrm{U}^{2}}{32} \frac{1}{\mathrm{E}+4 \mathrm{t}}: \tag{42}
\end{equation*}
$$

H ence, the eigenvectors of Eq. $(\underline{1} \underline{(1)})$ are $\frac{1}{2}(1 ; 1)$ and $p^{\frac{1}{2}}(1 ; 1)$ and correspond to the states

$$
\begin{align*}
& j{ }_{1}^{1_{E}} i=\frac{1}{P_{2}}\left(\text { min }_{1} i+\operatorname{mn}{ }_{2} i\right) \quad j_{1}^{1_{1}}{ }^{1} i \quad j 0(2) i ;  \tag{43}\\
& j_{1}{ }_{1}^{3} \mathrm{~T}_{2} i=\frac{1}{2}\left(\mathrm{~m}_{1} i \quad \quad \mathrm{~m}_{2} i\right) \quad j_{1}^{{ }^{3} \mathrm{~T}_{2}} i \quad j_{0}(2) i: \tag{44}
\end{align*}
$$

From the sym m etric com bination we get the singlet belonging to the irrep ${ }^{1} \mathrm{E}_{1}$ and the lowest energy Es satis es the equation

$$
\begin{equation*}
\left.\left.8 t+W_{F}+f \mathbb{E}_{S}\right]+W_{e} \mathbb{E}_{S}\right]=E_{S}: \tag{45}
\end{equation*}
$$



$$
\begin{equation*}
\left.\mathbb{E} \mathrm{s}^{1}=\mathrm{w}_{\mathrm{e}} \mathbb{E}_{\mathrm{s}}\right] \tag{46}
\end{equation*}
$$

$T$ he antisym $m$ etric com bination corresponds to the triplet belonging to the irrep $T_{2}$ and the low est energy $\mathrm{E}_{\mathrm{T}}$ satis es the equation

$$
\begin{equation*}
\left.\left.8 t+W_{F}+f \mathbb{E}_{T}\right] \quad W_{e} \mathbb{E}_{\mathrm{T}}\right]=\mathrm{E}_{\mathrm{T}}: \tag{47}
\end{equation*}
$$

In this case $\left.\left.\mathbb{E}_{T}\right]=w_{e} \mathbb{E}_{T}\right]$ and it coincides $w$ ith the modulus of $\left.w_{e} \mathbb{E}_{S}\right]$ in standard second-order perturbation theory $\left[\begin{array}{ll}{[23}\end{array}\right]$, see $F$ ig $\left(4_{2}^{\prime}, a\right)$.

[^0]
(a)

 $C$ om parison betw een $\mathbb{E}$ s ] and $\sim(4)$.
 the canonical transform ation. W e have exactly tted the 8 points for ${ }^{\sim}(4)$ and $\mathbb{E}$ s] by using a polynom ial of order 7 in $U=t$. T he ratio $r$ betw een the quadratic coe cient of $\mathbb{E} \quad s]$ and the quadratic coe cient of $\sim(4)$ is $r=1: 00003$, while the linear coe cients are essentially zero in both cases. W e observe that the analytical value $j \mathbb{E} s] j$ is 2 tim es greater than $\tilde{j}(4) j$ for $U=t$, 1 . This $m$ eans that the inter-shell interactions and the renorm alizations of the -state energies have an im portant weight in determ in ing the right value of $\mathbb{E}$ s ]. H ow ever, what is com fortable is that the analytical approach predicts the right trend of the binding energy: the singlets feel attraction, while triplet repulsion. T his is the result we need to apply the canonical transform ation to larger and $m$ ore physical system $s$.

## VI.PA $\mathbb{R} \mathbb{I N G} \operatorname{IN} \mathrm{NA}$ A OTUBE-SUPERCELLS

## A. C anon ical $T$ ransform ation and $P$ airing $M$ echanism for ( $N$; $N$ ) $N$ anotubes

 and a net charge transfer w as observed betw een the alkali-m etals and the carbon atom s . Since the intercalation causes a very sm all structuraldeform ation, wem ay say that the alkali-m etalelectrons ll the originalbands of the nanotube carrying the system aw ay from half-ling. In this Section we apply the canonicaltransform ation to study the pairing $m$ echanism in the electron-doped ( $F_{F}>0$ ) arm chair nanotubes of length $l=L d$ and periodic boundary conditions. O m 进ting the band index we choose the $m$ states as determ inantal eigenstates of the kinetic energy $\mathrm{H}_{0}$ :

$$
\begin{equation*}
\mathrm{C}_{\mathrm{k}_{1} ; " \mathrm{C}_{\mathrm{k}_{2} ; \#}^{\mathrm{y}} \mathrm{j} \circ(\mathrm{n}) \mathrm{i} ; \quad "\left(\mathrm{k}_{1}\right) ; "\left(\mathrm{k}_{2}\right)>"_{\mathrm{F}} .{ }^{2} .} \tag{48}
\end{equation*}
$$

where $F$ is the Ferm ienergy and $j o(n) i$ is the non interacting Ferm isphere $w$ ith $n$ particles. The rst-order selfenergy $W m$ is given by
where in $i=c_{k_{1}}^{\mathrm{y}} ; \mathrm{c}_{\mathrm{k}_{2} ; \#}^{\mathrm{y}} \mathrm{j}$ o(n)i, the sum sover $k$ and $\mathrm{k}^{0}$ run over the occupied states and we used the fact that $j u(k ;))^{2}=1=(4 N L)$ for any $k$ and.
$W$ e truncate the expansion of the interacting ground state $j o(n+2)$ i of Eq. $\left.(\underline{1}-1)_{1}\right)$ to the states and a basis for them looks like

In this schem e of approxim ation, we want to obtain the e ective interaction betw een the electrons form ing the $W=0$ pairs studied in Section III. Projecting on the irrep $A_{2}$ the vanishing momentum pair $j(k) i$


$$
\begin{align*}
& \left."_{F}\right) \frac{U\left(\hat{O} k^{0}+k+p ; ~ k \hat{O} k^{0} ; p\right) U\left(k ; p ; \hat{O}^{0}+k+p ; ~ \hat{O} k^{0}\right)}{"\left(\hat{O} k^{0}+k+p\right) \quad "(p)+"\left(k^{0}\right)+"(k) \quad E} \tag{51}
\end{align*}
$$

where we have taken into account Eq. ${ }^{(50}$ (1) for the states and we set $E^{0}=E$, which is justi ed at least in the weak-coupling regim e. The sum sare over occupied p and empty $q$. Since " ${ }_{F}>0$, we om itted the band index + of the electron eigenenergies ", while we sum over the band index of the virtual hole. The vertex $U$ is given by Eq.(111) where refers to the $B$ loch-function depending on $p$, while all the other band indices are intended to be + . The rst term on the rh.s. of Eq. ( $5 \overline{1}_{1}^{\prime}$ ) is the forward scattering contribution $\mathrm{F}(\mathrm{k})$, while the second term represents the e ective interaction $W e^{--}\left(k ; k^{0}\right) . W$ em ay see that standard perturbation theory yields the arithm etic $m$ ean of the tw o unperturbed lim its E! $2 "(k)$ and $E!2^{\prime \prime}\left(k^{0}\right)$. In particular, the forw ard scattering $F$ in Eq. (511) coincides w ith the second-order self-energy of the one-particle propagator in the same lim it.

W e em phasize that Eq. (5-1) is characterized by a sym $m$ etry-induced quantum mechan ical interference of several term s . This interference produces a partial cancellation, and the absolute value of the result is typically $m$ uch $s m$ aller than individual contributions. This $m$ eans that the interaction is dinam ically $s m$ all for $W=0$ pairs: they have no direct interactions (that is $\mathrm{W}^{(d)}$, de ned in Eq. ( ${ }^{(27} 7$ ), is zero for $W=0$ pairs), and because of the interference the ective interaction is reduced com pared to what one could expect by a rough order-of$m$ agnitude estim ate. H ow ever, the presence of the theta finctions and the an isotropy of the integrands prevent
 Schrodinger equation

$$
\begin{equation*}
\left[2^{\prime \prime}(k)+W_{F}+F(k)\right] a_{k}+X_{k^{0} 2 D=4}^{X} W e\left(k ; k^{0}\right) a_{k} 0=E a_{k} ; \tag{52}
\end{equation*}
$$

for a self-consistent calculation of $E$ (since $W e$ and $F$ are $E$-dependent). $T$ he indices $k$ and $k^{0}$ run over $1=4$ of the em pty part of the FBZ and we denoted such a set of wavevectors as $D=4 . W$ e are interested in the possibility that $E=2 "_{F}+W_{F}+F_{m}$ in $\left(k_{F}\right)+, w$ ith a positive binding energy of the $W=0$ pair; here $F_{m \text { in }}\left(k_{F}\right)$ is the $m$ inim value of $F(k)$ am ong the $k_{F}$ wavevectors on the Ferm i surface to be determ ined self-consistently $w$ ith the eigenvalue $E$.

W e have perform ed num erical estim ates of by working on supercells of $2 \mathrm{~N} \quad \mathrm{~L}=\mathrm{N} \mathrm{c}$ cells. Here we solved the Cooper-like equation in a virtually exact way for $N$ up to 6 and $L$ up to 32 . The results have been reported in $T$ able $V a, V \mathrm{~b}, \mathrm{~V}$.c and $\mathrm{V} . \mathrm{d}$ where the hopping param eter $\mathrm{t}=1 \mathrm{eV}$. A s a reasonable value, we have taken $U=t=1: 7$ which is of the correct order of $m$ agnitude for graphite [371] [38]. In line with our previous nding in the sm all $(1,1)$ cluster, $W=0 \mathrm{~A}_{2}$ singlets show pairing. The calculations are perform ed w th the Ferm ienergy "F varying betw een 0.5 eV and 12 eV (half lling corresponds to $"_{F}=0$ ). W e see that the binding energy of the pairs decreases $m$ onoton ically both $w$ ith the radius and the length of the tube.

W e need to work aw ay from half lling in order to operate ourm echanism ; on the other hand, close to half lling the system is a Luttinger liquid down to extrem ely low tem peratures where a gap could open $[1-1]$.

| L | N |  | V | L | N |  | V | L | N |  | V |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| 10 | 2 | 12.0 | 0.43 | 10 | 4 | 6.3 | 0.37 | 10 | 6 | 4.0 | 0.39 |
| 20 | 2 | 5.7 | 0.38 | 20 | 4 | 3.1 | 0.38 | 20 | 6 | 2.4 | 0.47 |
| 32 | 2 | 3.6 | 0.35 | 32 | 4 | 2.0 | 0.35 | 32 | 6 | 1.5 | 0.38 |

Table V a. D ata at $"_{F}=0: 5 \mathrm{eV} ; \quad$ is in $m e V ; V$ is in $e V, t=1 \mathrm{eV}$ and $U=1: 7 \mathrm{eV}$.

| L | N |  | V | L | N |  | V | L | N |  | V |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| 10 | 02 | 11.6 | 0.42 | 10 | 4 | 6.0 | 0.40 | 10 | 6 | 42 | 0.38 |
| 20 | 2 | 6.0 | 0.40 | 20 | 4 | 3.0 | 0.40 | 20 | 6 | 22 | 0.36 |
| 32 | 2 | 3.7 | 0.36 | 32 | 4 | 2.0 | 0.43 | 32 | 6 | 1.1 | 0.30 |

Table V.b. D ata at $"_{F}=0: 8 \mathrm{eV}$; is in $\mathrm{meV} ; \mathrm{V}$ is in $\mathrm{eV}, \mathrm{t}=1 \mathrm{eV}$ and $\mathrm{U}=1: 7 \mathrm{eV}$.

| L | N |  | V | I | N |  | V | L | N |  | V |
| :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: | :---: |
| 10 | 2 | 11.1 | 0.40 | 10 | 4 | 6.5 | 0.24 | 1 | 6 | 4.4 | 0.17 |
| 20 | 2 | 6.0 | 0.40 | 20 | 4 | 2.9 | 0.15 | 2 | 6 | 3.5 | 0.25 |
| 32 | 2 | 3.9 | 0.38 |  | 4 | 1.8 | 0.14 | 3 | 6 | 1.6 | 0.18 |

Table V.c. D ata at $"_{F}=1: 0 \mathrm{eV} ; \quad$ is in $\mathrm{meV} ; \mathrm{V}$ is in $\mathrm{eV}, \mathrm{t}=1 \mathrm{eV}$ and $\mathrm{U}=1: 7 \mathrm{eV}$.

| L | N |  | V |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- | :--- |
| 10 | 2 | 10.5 | 0.40 |
| 20 | 2 | 6.0 | 0.44 |
| 32 | 2 | 3.9 | 0.45 |

Table V.d. Data at $"_{F}=1: 2 \mathrm{eV}$; $\quad$ is in $m e V ; V$ is in $\mathrm{eV}, \mathrm{t}=1 \mathrm{eV}$ and $\mathrm{U}=1: 7 \mathrm{eV}$.

## B. Extrapolation to large L

W ith supercell sizes $\mathrm{N}_{\mathrm{c}}>400$ num erical calculations becom e hard. Since we are concemed with the asym ptotic behaviour for xed $N$ and L ! 1 and (N;L) depends on $N$ and Lin a com plicated way, we need a $m$ ethod to $m$ ake reliable extrapolations of the num erical results. To this end, like in previous work [20], [311] we de ne the A verage E ective Interaction $V$. This is such that setting in Eq. $52 \mathrm{~J} / \mathrm{W}=\frac{\mathrm{V}}{\mathrm{N}_{\mathrm{c}}}$, with a constant $\mathrm{V}>0$ for all k and $\mathrm{k}^{0}$ in $\mathrm{D}=4$, one obtains the correct value of. In other term s , once the b inding energy is known by solving Eq. (52.), the constant $V \mathrm{~m}$ ust be chosen in such a way that

In Table V a, V b, V.c and V .d. we have reported the value of $V$ which rem ains fairly stable around $0: 4$ eV and does not drop to 0 in the $\lim$ it of large L . Therefore V m ust be interpreted as a characteristic energy scale of the system which is largely independent on the Fem ienergy and on the radius. W e have num erically observed that $F(k) \quad F_{m}$ in $\left(k_{F}\right) j \quad ;$ hence we m ay extrapolate the asym ptotic value of from Eq.(D3) by dropping the di erence $F(k) \quad F_{m}$ in $\left(k_{F}\right)$ and taking the lim it ! 1 . The dom ain is extended to $D$ and the result is divided by 4. Since $k_{x}$ is the com ponent along the tube axis, we convert the sum $m$ ation into an integral:
with asympt $(\mathbb{N})=\lim _{L!} \quad(\mathbb{N} ; \mathrm{L}) . W$ e solved the above equation for the unknown asympt $(\mathbb{N})$ for several values of $N$ and $"_{F}$, using a typical value $V \quad 0: 4 \mathrm{eV}$ obtained from the calculations in supercells. W e found that asympt is strongly dependent on the lling at xed N. Rem arkably, there exists an optim al doping at the Ferm i energy $\|_{F} \quad 1 \mathrm{eV}$ where asym $\mathrm{pt}(\mathbb{N})$ is appreciably di erent from zero, while asympt is strongly suppressed far from it for $N>4$, see Fig . (515, a).


FIG.5. Results of the canonicaltransform ation approach $w$ ith $t=1 \mathrm{eV}$ and $U=1: 7 \mathrm{eV}$. (a) asym pt as a function of the Ferm i energy ${ }_{F}$ for $N=4$ (em pty triangles), $N=8$ (black boxes) and $N=16$ (grey diam onds). The Ferm i energy varies in the range $0: 6$ 1:2. (b) asympt as a function of $N$ for $N$ in the range 436 and " $F=1 \mathrm{eV}$.

The existence of an optim al doping can be understood by looking at the density of states (") and at the
 at " $=1 \mathrm{eV}$, which is rem in iscent of the V an H ove singularity in the graphite sheet, and exhibits well-de ned oscillations as a function of the nanotube radius [39]. On the other hand, $g(")$ is peaked at " = "F $\cdot \mathrm{Therefore}$, for $\|_{F}, 1 \mathrm{eV}$ we have a synergy which leads to an absolute maxim um of asympt. The prediction of
an optim al doping follow from Eq. (541) and is therefore largely $m$ echan ism -independent. A trend sim ilar to
 m echanism.


F IG.6. D ensity of states in the $(4 ; 4)(a),(8 ; 8)(b)$ and $(16 ; 16)$ (c) nanotube. (") is in eV . 1.

At the optim aldoping_we observe that asympt $(\mathbb{N})$ decreases monotonically as the radius $\bar{p} \bar{d} d N=2$ of the tube increases, see $F$ ig. $[1,1, b)$. H ow ever, in the lim it of large $N$, asym pt ( N ) rem ains stable around 1.7 meV and $m$ ay be interpreted as the binding energy of the $W=0$ pair in an optim ally doped graphite sheet. By a rough order of $m$ agnitude estim ate, we $m$ ay say that the superconducting critical Tem perature predicted by our approach at $"_{F}=1 \mathrm{eV}$ (which corresponds to a num ber of electrons per graphite atom of 125 ) is $T_{c} \quad$ asympt (1) $10 \quad 20 \mathrm{~K}$. These results $m$ ay be com pared w ith the available experim ental data on the alkali-graphite intercalation com pounds (G IC ). T here is experim ental evidence that the critical Tem perature $T_{C}$ in alkali-G IC $C_{x} M$ (where $M$ is a given alkalim etal) grow $s$ as $x$ decreases [41]. T he num ber ofelectrons per graphite atom f is related to x by an em pirical form ula [42] $\mathrm{f}=\mathrm{=}=\mathrm{x}$ where is the fractional charge transfer. A typical value for is $0.5 \quad 0.6$ '[4] 1 U nder high-pressure, high m etal concentration sam ples such as $\mathrm{C}_{6} \mathrm{~K}, \mathrm{C}_{3} \mathrm{~K}, \mathrm{C}_{4} \mathrm{~N}$ a, $\mathrm{C}_{3} \mathrm{Na}$, $\mathrm{C}_{2} \mathrm{~N}$ a, C 2 Li have been synthesized; for $\mathrm{C}_{2} \mathrm{~N}$ a the value of $\mathrm{T}_{\mathrm{C}}$ is 5 K while for $\mathrm{C}_{2} \mathrm{Li}$, $\mathrm{T}_{\mathrm{C}}=1.9 \mathrm{~K}$; in both cases the superconducting critical Temperature is of the sam e order of $m$ agnitude of asympt (1). Q uite recently Potassium [35] and L ithium [36] have been intercalated also in single- and multi-w all carbon nanotubes up to high concentration (the highest metal concentration $w$ as obtained $w$ ith Lithium in $C_{2} L i$ ). Our mechanism predicts that the binding energy of the $W=0$ pairs is bigger_in nanotubes than in graphite sheets and this suggests a higher critical $T$ em perature for the form er, see $F i \underline{i g}(\overline{5} 1 . b)$. $T$ his is also supported by the m easurem ents of a $T_{c} \quad 15 \mathrm{~K}$ in the 4 A ngstrom SW NT by Tang et al. [5] .

## VII. CONCLUSIONS

C urrently, carbon nanotubes superconduct at $m$ uch low er tem peratures than $h$ igh $-T_{C} C$ uprates and the tw o kinds ofm aterials are apparently quite di erent. H ow ever, sym m etry argum ents based on the $W$ = 0 theorem tell us that, despite the obvious di erences, part of the story m ust be the sam e, i.e. by a suitable choice of D irac's characters the on-site C oulom b interaction is utterly tumed 0 . This produces the singlet pairing and constrains the ground state spin-orbitalsym $m$ etry of the interacting system. W e presented analytic expressions for the e ective interaction and obtained the binding energy for ( $N ; N$ ) arm chair nanotubes; in the case $N=1$ we veri ed these predictions num erically and got high-precision agreem ent.

A though the results presented in this paper cannot be quantitatively com pared w ith the experim etaldata, the order ofm agnitude of the pair binding energy agrees $w$ ith experim ent. Furtherm ore, the decreasing of the binding energy w th N is suggested by recent m easurem ents on nanotubes w th diam eter of few A ngstrom [5]].

The paired state we have obtained here is essentially two-dim ensional, that is the transverse direction is crucial to have a non-A belian sym $m$ etry group and hence $W=0$ pairs; the pairing $m$ echan ism uses degenerate electronic states that exist in 2 d aw ay from half lling. This opens up the interesting possibility that two distinct superconducting order param eters appear in the phase diagram, if it tums out that close to half-lling there is another one due to a breakdow $n$ of the Luttinger liquid.

## REFERENCES

[1] S. Tij̈m a, N ature (London) 354, 56 (1991).
[2] M . B ockrath, D. H. C obden, J. Lu, A. G.R in zler, R.E.Sm alley, L. B alents and P. L. M cE uen, N ature (London) 397, 598 (1999); Z. Yao, H.W . C.Postm a, L. Balents and C.Dekker, N ature (London) 402, 271 (1999); H.W .C.Postm a, M . de Jonge, Z. Yao and C.Dekker, Phys. Rev. B 62, R 10653 (2000).
[3] A. Y. K asum ov, R. Deblock, M. K ociak, B. R eulet, H. B oukiat, I. I. K hodos, Y u. B. G orbatov, V. T. Volkov, C . Joumet and M.Burghard, Science 284, 1508 (1999); see also A. Y u. K asum ov, in P roceedigs of the School and W orkshop on N anotubes and N anostructures 2000, Santa M argherita diP ula (C a), Italy.
[4] A.F.M orpurgo, J. K ong, C.M .M arcus and H.D aiScience 286, 263 (1999).
[5] Z.K.Tang, Lingyum Zhang, N.W ang, X.X.Zhang, G.H.Wen, G.D.Lee, J.N.W ang, C.T.Chan and P ing Sheng, Science 292, 2462 (2001).
[6] M . K ociak, A. Yu. K asum ov, S. Gue'ron, B . Reulet, I. I. K hodos, Yu. B . G orbatov, V . T . V olkov, L . Vaccarini and H.Bouchiat, Phys. Rev. Lett. 86, 2416 (2001).
[7] Jeroen W . G.W ildoer, L.C.Venem a, A.G.R inzler, R.E.Sm alley and C.Dekker, N ature (London) 391, 59 (1998); T.W . O dom, J. H uang, P.K im and C.M. Lieber, N ature (London) 391, 62 (1998).
[8] N . H am ada, S. Saw ada and A. O schiyam a, P hys. Rev. Lett. 68, 1579 (1992).
[9] X . B lase, Lorin X . Benedict, E ric L. Shirley, and Steven G . Louie, Phys. Rev. Lett. 72, 1878 (1994); C . L. K ane and E.J.M ele, ibid, 78, 1932 (1997).
[10] S. J. Tans, M . H.Devoret, H . J. Dai, A. Thess, R.E. Sm alley, L. J. G eerligs and C . D ekker, Nature (London) 386, 474 (1997).
[11] M arc B ockrath, D avid H. C obden, P aul L. M cE uen, N asreen G. C hopra, A. Zettl, A ndreas Thess, and R.E.Sm alley, Science 275, 1922 (1997).
[12] S. Bellucci and J. G onzalez, P hys. Rev. B 64, 201106 (2001).
[13] L. B alents and M . P. A . F isher, P hys. Rev. B 55, R 11973 (1997).
[14] Jeno Solyom, in P roceedigs of the School and W orkshop on $N$ anotubes and $N$ anostructures 2000, Santa $M$ argherita diPula (C a), Italy.
[15] Y . A . K rotov, D . H . Lee and S. G . Louie, P hys. Rev. Lett. 78, 4245 (1997).
[16] R . E gger and A. O . G ogolin, P hys. Rev. Lett. 79, 5082 (1997).
[17] H. Yoshioka and A. A. O dintsov Phys. Rev. Lett. 82, 374 (1999).
[18] A. Sedeky, L. G. C aron and C. B ounbonnais, Phys. Rev. B 65, 140515 (2002).
[19] J. G onzalez, 'cond-m at/0204171'.
[20] M ichele C ini, G ianiuca Stéanucci and A dalberto Balzarotti, E ur. P hys. J. B 10, 293 (1999).
[21] M ichele C ini, E nrico Perfetto and Gianluca Stefanucci, Eur. Phys. J. B 20, 91 (2001).
[22] W . K ohn and J. M . Luttinger, P hys. Rev. Lett. 15, 524 (1965).
[23] M ichele C ini and A dalberto B alzarotti, P hys. Rev. B 56, 14711 (1997).
[24] M ichele C ini and G ianluca Stefanucci, J. Phys.: C ondens. M atter 13, 1279 (2001).
[25] M ichele C ini and G ianluca Stefanucci, Solid State C om m un. 117, 451 (2001).
[26] G ianluca Stefanucci and M ichele C ini, J. P hys.: C ondens. M atter 14, 2653 (2002) .
[27] G ianluca Stefanucci and M ichele C ini, accepted by the P hys. Rev. B .
[28] M ichele C ini, A dalberto B alzarotti, R a aella B runetti, M aria G im elli and G ianluca Stefanucci, Int. J. M od. Phys. B 14, 2994 (2000).
[29] M ichele C ini, G ianluca Stefanucci and A. B alzarotti, Solid State C om m un. 109, 229 (1999).
[30] R . C itro and M . M arinaro, Z. Phys. B 103153 (1997).
[31] W .Fettes and I.M orgenstem, Eur. Phys. J.B 9, 9509 (1996).
[32] J.E.H irsch, S.Tang, E. Loh and D. J. Scalapino, Phys. Rev. Lett. 60, 1668 (1988).
[33] C. A. B alseiro, A. G. Rojo, E.R.G agliano and A. A lascio, P hys. Rev. B 38, 9315 (1988).
[34] M ichele C ini, A dalberto B alzarotti and G ianluca Stefanucci, E ur. Phys. J. B 14, 269 (2000).
[35] M . Bockrath, J.H one, H . Zettl, P.L.M CE uen, A.G.R inzler and R E. Sm alley, Phys. Rev. B 61, R 10606 (2000).
[36] B. G ao, A. K leinham m es, X. P. Tang, C. B ower, L. Flem ing, Y. W u and O. Zhou, Chem. Phys. Lett. 307, 153 (1999); J. Zhao, A. Buldum, J. H an and J. P ing Lu, P hys. Rev. Lett. 85, 1706 (2000).
[37] M .P.Lopez Sancho, M .C.M unoz and L.Chico, Phys. Rev. B 63, 165419 (2001).
[38] A. L. T chougreef and R. H o m an, J. P hys. C hem. 96, 8993 (1992).
[39] M . S. Ferreira, T.G.D argam, R.B.M uniz and A.Latge', Phys. Rev. B 63, 245111 (2001).
[40] Lorin X. Benedict, V incent H. C respi, Steven G. Louie and M arvin L. C ohen Phys. Rev. B 52, 14935 (1995).
[41] J.T.Belash, O . V. Zharikov and A.V.Pal'nichenko, Solid State C om m . 63, 153 (1987); J.T.Belash, A. D.Bronnikov, O.V.Zharikov and A.V.Palnichenko, Solid State C om m. 64, 1445 (1987); J. T.Belash, A.D.Bronnikov, O.V.Zharikov and A.V.Palnichenko, Solid State C om m. 69, 921 (1989).
[42] U.M izutani, T.K ondow and T.B.M assalski, Phys. Rev. B 17, 3165 (1978).
[43] R.A. Jishi, M . S. D resselhaus, P hys. Rev. B 21, 12465 (1992).
[44] H annay et al. P hys. Rev. 14, 225 (1965)


[^0]:    ${ }^{1} \mathrm{M}$ ore generally, ( W e $)_{\mathrm{m} ; \mathrm{m}}=0$ if the m state is a determ inantal state. Let $\mathrm{m}=\left({ }^{\prime}{ }_{1 ; "} \mathbf{\prime}^{\prime}{ }_{2} ; \#\right.$ ) be a pair index containing tw o spin-orbitals; draw ing the diagram for the e ective interaction $W$ e $w$ ith incom ing ${ }_{1 ; \prime \prime}$ and ${ }^{\prime}{ }_{2 ; \#}$ and outgoing ${ }^{\prime}{ }_{1 ; "}$ and ' $2 ; \#$ one realizes that one of the tw o spin-orbitals $m$ ust be occupied tw ice.

